This article was downloaded by:
On: 23 January 2011
Access details: Access Details: Free Access
Publisher Taylor \& Francis
Informa Ltd Registered in England and Wales Registered Number: 1072954 Registered office: Mortimer House, 3741 Mortimer Street, London W1T 3JH, UK


## Journal of Coordination Chemistry

Publication details, including instructions for authors and subscription information:
http://www.informaworld.com/smpp/title $\sim$ content=t713455674

## A 3-D pillar-layered coordination polymer $\left\{\left[\mathrm{EuCu}\left(\mathrm{C}_{2} \mathrm{O}_{4}\right)(\mathrm{na})_{2}\right]\right.$.

\author{
$\left.2 \mathrm{H}_{2} \mathrm{O}\right\}$ <i><sub><i>n</i>: synthesis, structure and photoluminescent properties <br> Yongke He ${ }^{\text {a }}$; Juan Li ${ }^{\text {b }}$; Peng Zhang ${ }^{\text {a }}$; Xia Chen ${ }^{\text {a }}$; Yi Ma ${ }^{\text {a }}$; Zhengbo Han ${ }^{\text {a }}$ <br> ${ }^{\text {a }}$ College of Chemistry, Liaoning University, Shenyang, 110036, P.R. China ${ }^{\text {b }}$ School of Public Health, Jilin University, Changchun, 130021, P.R. China

}

First published on: 22 September 2010

To cite this Article He, Yongke, Li, Juan, Zhang, Peng, Chen, Xia, Ma, Yi and Han, Zhengbo(2008) 'A 3-D pillar-layered coordination polymer $\left\{\left[\mathrm{EuCu}_{\left.\left.\left(\mathrm{C}_{2} \mathrm{O}_{4}\right)(\mathrm{na})_{2}\right] \cdot 2 \mathrm{H}_{2} \mathrm{O}\right\}<\mathrm{i}><\text { sub><i>n</i>: synthesis, structure and photoluminescent }}\right.\right.$ properties', Journal of Coordination Chemistry, 61: 18, 2876 - 2883, First published on: 22 September 2010 (iFirst) To link to this Article: DOI: 10.1080/00958970801986825
URL: http://dx.doi.org/10.1080/00958970801986825

## PLEASE SCROLL DOWN FOR ARTICLE

Full terms and conditions of use: http://www.informaworld.com/terms-and-conditions-of-access.pdf
This article may be used for research, teaching and private study purposes. Any substantial or systematic reproduction, re-distribution, re-selling, loan or sub-licensing, systematic supply or distribution in any form to anyone is expressly forbidden.
The publisher does not give any warranty express or implied or make any representation that the contents will be complete or accurate or up to date. The accuracy of any instructions, formulae and drug doses should be independently verified with primary sources. The publisher shall not be liable for any loss, actions, claims, proceedings, demand or costs or damages whatsoever or howsoever caused arising directly or indirectly in connection with or arising out of the use of this material.

# A 3-D pillar-layered coordination polymer $\left\{\left[\mathrm{EuCu}\left(\mathrm{C}_{2} \mathrm{O}_{4}\right)(\mathrm{na})_{2}\right] \cdot 2 \mathrm{H}_{2} \mathrm{O}\right\}_{n}$ : synthesis, structure and photoluminescent properties 

YONGKE HE $\dagger$, JUAN LI $\ddagger$, PENG ZHANG $\dagger$, XIA CHEN $\dagger$, YI MA $\dagger$ and ZHENGBO HAN* $\dagger$<br>$\dagger$ College of Chemistry, Liaoning University, Shenyang, 110036 P.R. China $\$$ School of Public Health, Jilin University, Changchun, 130021 P.R. China

(Received 19 October 2007; in final form 3 December 2007)


#### Abstract

A 3d-4f heterometallic coordination polymer, $\left\{\left[\mathrm{EuCu}\left(\mathrm{C}_{2} \mathrm{O}_{4}\right)(\mathrm{na})_{2}\right] \cdot 2 \mathrm{H}_{2} \mathrm{O}\right\}_{n}(\mathbf{1})[\mathrm{Hna}=$ nicotinic acid], has been synthesized by hydrothermal reaction of lanthanide oxides, $\mathrm{Cu}(\mathrm{I})$, and pyridine-2,3-dicarboxylic acid. $\mathbf{1}$ features a 3-D pillar-layered coordination framework constructed from two-dimensional lanthanide-carboxylate layers and $\mathrm{Cu}(\mathrm{na})$ pillars. Interestingly, the na ligand was obtained by the in situ decarboxylation of pyridine-2,3-dicarboxylic acid.


Keywords: Synthesis; Structure; Coordination polymer; Photoluminescent properties

## 1. Introduction

Interest in designing and synthesizing mixed d-f complexes has intensified by their fascinating structural diversity and their potential applications in catalysis [1], magnetism [2], photochemical sensors [3] and adsorption [4]. Existing Ln-M coordination polymers were summarized and a classification proposed according to the different types of interactions between $\mathrm{Ln}-\mathrm{M}$ : (a) $\mathrm{Ln}-\mathrm{M}$ direct bonds, (b) ionic associations, and (c) Ln-linkers-M [5]. For the Ln-linkers-M system in particular, a typical strategy used to construct lanthanide-transition metal heterometallic complexes is self-assembly from mixed metal ions and organic ligands containing hybrid donor atoms such as cyanide [6], carbonyl [7], pyridine-carboxylate ligand [8] and amino acids [9]. To target Ln-M coordination polymers by design, metal ions can be preselected so as to impart various functional properties or predictable coordination geometries [10]; choice of ligands is also important. Among the various ligands, multidentate N - or O -donor ligands, such as pyridine (di)carboxylic acids, have drawn

[^0]attention in the construction of $\mathrm{Ln}-\mathrm{M}$ frameworks. For example, pyridine dicarboxylic ligands, including pyridine-2,6-, 2,5- or 3,4-dicarboxylic acids, have been employed in the construction of Ln-M frameworks [11]. Compared with other pyridine-dicarboxylic acids, pyridine-2,3-dicarboxylic acid is rarely used in construction of $\mathrm{Ln}-\mathrm{M}$ frameworks [10, 12] and was chosen as the linker to construct $\mathrm{Ln}-\mathrm{M}$ frameworks. In situ decarboxylation of pyridine-2,3-dicarboxylic acid occurs and pyridine-2,3dicarboxylic acid is transformed into nicotinic acid. In this article, we report the synthesis, characterization, crystal structure, and photoluminescence of $\left\{\left[\mathrm{EuCu}\left(\mathrm{C}_{2} \mathrm{O}_{4}\right)(\mathrm{na})_{2}\right] \cdot 2 \mathrm{H}_{2} \mathrm{O}\right\}_{n}(1)$.

## 2. Experimental

### 2.1. Materials and methods

All reagents and solvents employed were commercially available and used as received without further purification. The $\mathrm{C}, \mathrm{H}$, and N microanalyses were carried out with a Perkin-Elmer 240 elemental analyzer. FT-IR spectra were recorded from KBr pellets in the $4000-400 \mathrm{~cm}^{-1}$ range on a Nicolet 5DX spectrometer. Emission spectra were recorded on a Perkin-Elmer LS50B fluorescence spectrophotometer.

### 2.2. Hydrothermal synthesis

Synthesis of complex $\left\{\left[\mathrm{EuCu}\left(\mathrm{C}_{2} \mathrm{O}_{4}\right)(\mathrm{na})_{2}\right] \cdot 2 \mathrm{H}_{2} \mathrm{O}\right\}_{n}$ (1) $[\mathrm{Hna}=$ nicotinic acid] is as follows: A mixture of $\mathrm{Eu}_{2} \mathrm{O}_{3}(0.25 \mathrm{mmol}, 88 \mathrm{mg}), \mathrm{CuCl}(0.2 \mathrm{mmol}, 20 \mathrm{mg})$, oxalic acid $(0.5 \mathrm{mmol}, 63 \mathrm{mg}), \mathrm{H}_{2}$ pydc $(1 \mathrm{mmol}, 167 \mathrm{mg})$ and $\mathrm{H}_{2} \mathrm{O}(14 \mathrm{~mL})$ was placed in a 23 mL Teflon reactor, stirred for 30 min in air at room temperature and then kept under autogenous pressure at 453 K for 5 d . The mixture was cooled to room temperature at $5 \mathrm{~K} \mathrm{~h}^{-1}$. Colorless crystals of 1 were isolated by filtration, washed with distilled water, and dried in air (yield ca. $35 \%$ ). Anal. Calcd. for $\mathrm{C}_{14} \mathrm{H}_{12} \mathrm{CuEuN}_{2} \mathrm{O}_{10}$ : C, 28.80; H, 2.07; N, 4.80. Found: C, 28.69; H, 2.12; N, 4.73. IR (KBr, $\mathrm{cm}^{-1}$ ): 3447(m), 1632(m), 1544(s), 1410(s), 1307(w), 1218(w), 1057(w), 855(w), 769(m), 687(m), 547(w).

### 2.3. X-ray crystallography

Single-crystal X-ray diffraction measurements were carried out on a Bruker P4 diffractometer at room temperature. Data collection was performed with $\mathrm{Mo}-\mathrm{K} \alpha$ radiation ( $\lambda=0.71073 \AA$ ). Unit cell dimensions were obtained with least squares refinements, and the structure was solved by direct methods and refined on $F^{2}$ by full-matrix least squares using SHELXTL [13]. All non-hydrogen atoms were treated anisotropically. The positions of hydrogen atoms were generated geometrically. Crystallographic data and experimental details for the structural analysis are summarized in table 1. Selected bond lengths and angles are listed in table 2.

Table 1. Crystallographic data for 1.

| Empirical formula | $\mathrm{C}_{14} \mathrm{H}_{12} \mathrm{CuEuN}_{2} \mathrm{O}_{10}$ |
| :---: | :---: |
| Formula weight | 583.76 |
| Wavelength (A) | 0.71073 |
| Crystal system | Monoclinic |
| Space group | $P 2 /{ }_{1}$ |
| Unit cell dimensions ( $\left(\mathrm{A}^{\circ}{ }^{\circ}\right.$ ) |  |
| $a$ | 9.226(2) |
| $b$ | 21.606(3) |
| c | $9.5587(14)$ |
| $\beta$ | 116.142(14) |
| $V\left(\AA^{3}\right)$ | 1710.4(5) |
| Z | 4 |
| $D_{\text {c }}\left(\mathrm{g} \mathrm{cm}^{-3}\right)$ | 2.267 |
| $\mu\left(\mathrm{mm}^{-1}\right)$ | 1.964 |
| $F(000)$ | 1128 |
| Crystal size ( $\mathrm{mm}^{3}$ ) | $0.17 \times 0.12 \times 0.09$ |
| $\theta$ Range for data collection ( ${ }^{\circ}$ ) | $1.89-24.99$ |
| Reflections collected | 3779 |
| Independent reflections ( $R_{\text {int }}$ ) | 3001(0.0295) |
| Max., min. transmission | 0.6761, 0.4891 |
| $T$ (K) | 293(2) |
| Goodness-of-fit on $F^{2}$ | 1.124 |
| Data/restraints/parameters | 3001/0/253 |
| Final $R$ indices $[I>2 \sigma(I)]^{\text {a }}$ | $\begin{aligned} & R_{1}=0.0364 \\ & w R_{2}=0.0947 \end{aligned}$ |
| $R$ indices (all data) | $R_{1}=0.0455$ |
|  | $w R_{2}=0.1082$ $1.152,-2.801$ |
| Largest diff. peak and hole (e $\mathrm{A}^{-3}$ ) | 1.152, -2.801 |

Table 2. Selected bond distances $(\AA)$ and angles $\left({ }^{\circ}\right)$ for $\mathbf{1}$.

| $\mathbf{1}$ |  |  | $2.343(4)$ |
| :--- | :--- | :--- | :--- |
| $\mathrm{Eu}(1)-\mathrm{O}(1) \# 1$ | $2.317(5)$ | $\mathrm{Eu}(1)-\mathrm{O}(8) \# 2$ | $2.387(4)$ |
| $\mathrm{Eu}(1)-\mathrm{O}(4) \# 3$ | $2.351(4)$ | $\mathrm{Eu}(1)-\mathrm{O}(7)$ | $2.485(5)$ |
| $\mathrm{Eu}(1)-\mathrm{O}(2) \# 4$ | $2.410(5)$ | $\mathrm{Eu}(1)-\mathrm{O}(3) \# 5$ | $2.539(4)$ |
| $\mathrm{Eu}(1)-\mathrm{O}(5) \# 6$ | $2.525(4)$ | $\mathrm{Eu}(1)-\mathrm{O}(6)$ | $2.287(4)$ |
| $\mathrm{Eu}(1)-\mathrm{O}(1) \# 4$ | $3.129(5)$ | $\mathrm{Cu}(1)-\mathrm{O}(5)$ | $1.877(6)$ |
| $\mathrm{Cu}(1)-\mathrm{N}(1)$ | $1.888(5)$ | $\mathrm{Cu}(1)-\mathrm{N}(2)$ | $76.11(16)$ |
| $\mathrm{Cu} 1-\mathrm{O} 6$ | $2.756(4)$ | $\mathrm{O}(7)-\mathrm{Eu}(1)-\mathrm{O}(3) \# 5$ | $119.77(15)$ |
| $\mathrm{O}(1) \# 1-\mathrm{Eu}(1)-\mathrm{O}(8) \# 2$ | $86.75(17)$ | $\mathrm{O}(7)-\mathrm{Eu}(1)-\mathrm{O}(6)$ | $137.96(15)$ |
| $\mathrm{O}(4) \# 3-\mathrm{Eu}(1)-\mathrm{O}(7)$ | $133.42(16)$ | $\mathrm{O}(1) \# 1-\mathrm{Eu}(1)-\mathrm{O}(5) \# 6$ | $144.64(16)$ |
| $\mathrm{O}(1) \# 1-\mathrm{Eu}(1)-\mathrm{O}(7)$ | $142.81(16)$ | $\mathrm{O}(8) \# 2-\mathrm{Eu}(1)-\mathrm{O}(4) \# 3$ | $153.3(2)$ |
| $\mathrm{O}(3) \# 5-\mathrm{Eu}(1)-\mathrm{O}(5) \# 6$ | $150.19(15)$ | $\mathrm{N}(2)-\mathrm{Cu}(1)-\mathrm{N}(1)$ | $104.5(2)$ |
| $\mathrm{N}(2)-\mathrm{Cu}(1)-\mathrm{O}(5)$ | $\mathrm{N}(1)-\mathrm{Cu}(1)-\mathrm{O}(5)$ |  |  |

${ }^{\text {a }}$ Symmetry transformations used to generate equivalent atoms: $\# 1 x,-y+5 / 2, z+1 / 2 ; \# 2-x+2,-y+2,-z+2 ; \# 3-x$, $-y+2,-z+1 ; \# 4-x+1, y-1 / 2,-z+3 / 2 ; \# 5 x+1, y, z+1 ; \# 6-x+1,-y+2,-z+1$.

## 3. Results and discussion

### 3.1. Crystal structure

X-ray structural analysis shows that $\mathbf{1}$ crystallizes in the monoclinic space group $P 2_{1} / c$. As shown in figure 1, one $\mathrm{Eu}(\mathrm{III})$ center, one $\mathrm{Cu}(\mathrm{I})$ center, two half oxalate ligands and


Figure 1. Coordination environment of the $\mathrm{Cu}(\mathrm{I})$ and $\mathrm{Eu}(\mathrm{III})$ ions in $\mathbf{1}$.

a

b

c

Scheme 1. The coordination modes of na ligand and oxalate ligand in $\mathbf{1}$.
two na ligands are in the asymmetrical unit. Each Eu(III) center in $\mathbf{1}$ is eight-coordinate with four oxygens from two oxalates and four oxygens from two na ligands. The coordination geometry around the $\mathrm{Eu}(\mathrm{III})$ center is dodecahedral with Eu-O bond lengths ranging from $2.317(5)$ to $2.539(4) \AA$ and the $\mathrm{O}-\mathrm{Eu}-\mathrm{O}$ bond angles ranging from 44.27 (14) to $150.19(15)^{\circ}$. The $\mathrm{Cu}(\mathrm{I})$ exhibits tetrahedral geometry coordinated by two nitrogens from two bridging na ligands [Cu1-N1 1.890(5) and $\mathrm{Cu} 1-\mathrm{N} 21.878(6) \AA$ ] and two oxygens from oxalate [Cu1-O5 2.287(4), Cu1-O6 2.756(4) A]. Two crystallographically unique na ligands exhibit the same coordination (scheme 1) as a tridentate bridging ligand coordinating one $\mathrm{Cu}(\mathrm{I})$ and two $\mathrm{Eu}(\mathrm{III})$ ions (scheme 1a). The oxalates have two coordination modes, one as bis(bidentate) linking two $\mathrm{Eu}($ III )


Figure 2. View of the binuclear $\left[\mathrm{Eu}_{2}\left(\mathrm{C}_{2} \mathrm{O}_{4}\right)_{4}(\mathrm{na})_{4}\right]^{2-}$ subunit in $\mathbf{1}$. All H atoms are omitted for clarity.
ions (scheme 1 b) and the other tetradentate chelating and bridging two $\mathrm{Eu}(\mathrm{III})$ ions and two $\mathrm{Cu}(\mathrm{I})$ ions (scheme 1c). Two $\mathrm{Eu}(\mathrm{III})$ ions are linked by four carboxylate groups from four different na ligands via syn-anti bidentate bridging to form a binuclear $\left[\mathrm{Eu}_{2}\left(\mathrm{C}_{2} \mathrm{O}_{4}\right)_{4}(\mathrm{na})_{4}\right]^{2-}$ subunit (figure 2), then the neighboring binuclear subunits are connected by oxalates to form a regular 2-D network parallel to the ac plane with hexa-membered ring arrays. The $\mathrm{Eu} \cdots \mathrm{Eu}$ distance is $4.230(3) \AA$ (within the binuclear subunit) and 5.981(3) $\AA$ (adjacent binuclear subunits). The 3-D pillar-layered frameworks are constructed by 2-D Eu-oxalate layers via $[\mathrm{Cu}(\mathrm{na})]$ pillars (figure 3 ).

### 3.2. IR spectrum and TGA

The IR spectra of $\mathbf{1}$ show characteristic bands of carboxylic groups at 1632 and $1544 \mathrm{~cm}^{-1}$ for the asymmetric stretching and at $1410 \mathrm{~cm}^{-1}$ for symmetric stretching. The separations $(\Delta)$ between $v_{\text {asym }}\left(\mathrm{CO}_{2}\right)$ and $v_{\text {sym }}\left(\mathrm{CO}_{2}\right)$ indicate that the carboxylic groups coordinate in a bridging fashion [14]. The absence of strong characteristic peaks around $1720 \mathrm{~cm}^{-1}$ indicates that all carboxylic groups are deprotonated [15, 16], consistent with the results of the X-ray analysis. Thermogravimetric analyses (TGA) indicates that $\mathbf{1}$ loses coordinated and lattice water molecules below $295^{\circ} \mathrm{C}$ (figure 4) with $6.25 \%$ weight loss, consistent with that calculated ( $6.17 \%$ ).

### 3.3. Photoluminescent properties

Because of the excellent luminescent properties of $\mathrm{Eu}(\mathrm{III})$, the photoluminescent spectra of powder samples of $\mathbf{1}$ were measured at room temperature. When excited at 397 nm ,


Figure 3. (a) The 3-D pillar-layered structure viewed along the $a$-axis of $\mathbf{1}$. All H atoms are omitted for clarity. (b) Space-filling plots of the structure of $\mathbf{1}$ viewed along the $c$-axis.


Figure 4. TGA curve of $\mathbf{1}$.


Figure 5. Solid-state emission spectrum for $\mathbf{1}$ at room temperature (excited at 397 nm ).

1 emits red light (figure 5). The emission peaks of $\mathbf{1}$ at 595, 618, 651 and 695 nm can be assigned to ${ }^{5} \mathrm{D}_{0} \rightarrow{ }^{7} \mathrm{~F}_{n}(n=1-4)$ transitions. For $\mathbf{1}$, the ${ }^{5} \mathrm{D}_{0} \rightarrow{ }^{7} \mathrm{~F}_{2}$ transition at 618 nm is the preferred transition for $\mathrm{Eu}^{3+}$-containing luminescent materials. The intensity of the ${ }^{5} \mathrm{D}_{0} \rightarrow{ }^{7} \mathrm{~F}_{2}$ transition to the ${ }^{5} \mathrm{D}_{0} \rightarrow{ }^{7} \mathrm{~F}_{1}$ transition is widely used as a measure of the coordination state and the site symmetry of the europium ion, since the ${ }^{5} \mathrm{D}_{0} \rightarrow{ }^{7} \mathrm{~F}_{1}$ emission is relatively strong, independent of the ligand environment, and primarily magnetic dipole in character, while the the ${ }^{5} \mathrm{D}_{0} \rightarrow{ }^{7} \mathrm{~F}_{2}$ emission is essentially purely electric dipole in character, and its intensity is extremely sensitive to the crystal field symmetry [17]. In $\mathbf{1}$, the ${ }^{5} \mathrm{D}_{0} \rightarrow{ }^{7} \mathrm{~F}_{2}$ transition is the strongest of the four transitions, with intensity ratio of 5.96 for $\mathrm{I}\left({ }^{5} \mathrm{D}_{0} \rightarrow{ }^{7} \mathrm{~F}_{2}\right) / \mathrm{I}\left({ }^{5} \mathrm{D}_{0} \rightarrow{ }^{7} \mathrm{~F}_{1}\right)$, showing that $\mathrm{Eu}(\mathrm{III})$ has a lower symmetry coordination environment in $\mathbf{1}$ [18], consistent with the single-crystal X-ray analysis.

## Supplementary material

CCDC reference number is 662455. Copy of the data can be obtained free of charge on application to CCDC, 12 Union Road, Cambridge CB2 1EZ, UK [Fax: int code +44(1223)336-033; Email: deposit@ccdc.cam.ac.uk].

## Acknowledgements

This work was granted financial support from the Program for Liaoning Excellent Talents in University (RC-05-11).

## References

[1] (a) M. Shibasaki, N. Yoshikawa. Chem. Rev., 102, 2187 (2002); (b) J. Inanaga, H. Furuno, T. Hayano. Chem. Rev., 102, 2211 (2002); (c) W. Shi, X.Y. Chen, Y.N. Zhao, B. Zhao, P. Cheng, A. Yu, H.B. Song, H.G. Wang, D.Z. Liao, S.P. Yan, Z.H. Jiang. Chem. Eur. J., 11, 5031 (2005); (d) A. Rath, E. Aceves, J. Mitome, J. Liu, U.S. Ozkan, S.G. Shore. J. Mol. Catal. Commun., 165, 103 (2001).
[2] (a) A. Bencini, C. Benelli, A. Caneschi, R.L. Carlin, A. Dei, D. Gatteschi. J. Am. Chem. Soc., 107, 8128 (1985); (b) J. Liu, E.A. Meyers, J.A. Cowan, S.G. Shore. Chem. Commun., 2043 (1998); (c) A.J. Tasiopoulos, T.A. O'Brien, K.A. Abbound, G. Christou. Angew. Chem. Int. Ed., 43, 345 (2004); (d) B.Q. Ma, S. Gao, G. Su, G.X. Xu. Angew. Chem. Int. Ed., 40, 434 (2001).
[3] (a) S.J.A. Pope, B.J. Coe, S. Faulkner, E.V. Bichenkova, X. Yu, K. Douglas. J. Am. Chem. Soc., 126, 9490 (2004); (b) Y.Q. Sun, J. Zhang, G.Y. Yang. Chem. Commun., 4700 (2006).
[4] (a) X.H. Bu, M.L. Tong, H.C. Chang, S. Kitagawa, S.R. Batten. Angew. Chem. Int. Ed., 43, 192 (2004); (b) B. Zhao, P. Cheng, X.Y. Chen, C. Cheng, W. Shi, D.Z. Liao, S.P. Yan, Z.H. Jiang. J. Am. Chem. Soc., 126, 3012 (2004).
[5] (a) F. Luo, S.R. Batten, Y.X. Che, J.M. Zheng. Chem. Eur. J., 13, 4948 (2007); (b) C.E. Plecnik, S.M. Liu, S.G. Shore. Acc. Chem. Res., 36, 499 (2003).
[6] (a) A. Figuerola, C. Diaz, J. Ribas, V. Tangoulis, J. Granell, F. Lloret, J. Mahía, M. Maestro. Inorg. Chem., 42, 641 (2003); (b) D.W. Knoeppel, S.G. Shore. Inorg. Chem., 35, 5328 (1996).
[7] (a) H.B. Deng, S.G. Shore. J. Am. Chem. Soc., 113, 8538 (1991); (b) H.B. Deng, S.H. Chun, P. Florian, P.J. Grandinetti, S.G. Shore. Inorg. Chem., 35, 3891 (1996).
[8] (a) Y.C. Liang, M.C. Hong, W.P. Su, R. Cao, W.J. Zhang. Inorg. Chem., 40, 4574 (2001); (b) P. Mahata, G. Sankar, G. Madras, S. Natarajan. Chem. Commun., 5787 (2005).
[9] (a) J.J. Zhang, S.Q. Xia, T.L. Sheng, S.M. Hu, G. Leibeling, F. Meyer, X.T. Wu, S.C. Xiang, R.B. Fu. Chem. Commun., 1186 (2004); (b) J.J. Zhang, T.L. Sheng, S.M. Hu, S.Q. Xia, G. Leibeling, F. Meyer, Z.Y. Fu, L. Chen, R.B. Fu, X.T. Wu. Chem. Eur. J., 10, 3963 (2004).
[10] M. Li, J.F. Xiang, L.J. Yuan, S.M. Wu, S.P. Chen, J.T. Sun. Cryst. Growth Des., 6, 2036 (2006).
[11] (a) B. Zhao, P. Cheng, Y. Dai, C. Cheng, D.Z. Liao, S.P. Yan, Z.H. Jiang, G.L. Wang. Angew. Chem. Int. Ed., 42, 934 (2003); (b) B. Zhao, H.L. Gao, X.Y. Chen, P. Cheng, W. Shi, D.Z. Liao, S.P. Yan, Z.H. Jiang. Chem. Eur. J., 12, 149 (2006); (c) Y.C. Liang, M.C. Hong, W.P. Su, R. Cao, W.J. Zhang. Inorg. Chem., 40, 4574 (2001); (d) H.L. Gao, L. Yi, B. Ding, H.S. Wang, P. Cheng, D.Z. Liao, S.P. Yan. Inorg. Chem., 45, 481 (2006); (e) B. Zhao, X.Y. Chen, P. Cheng, D.Z. Liao, S.P. Yan, Z.H. Jiang. J. Am. Chem. Soc., 126, 15394 (2004); (f) Y.C. Liang, R. Cao, W.P. Su, M.C. Hong, W.J. Zhang. Angew. Chem. Int. Ed., 39, 3304 (2000); (g) X.J. Gu, D.F. Xue. CrystEngComm., 9, 471 (2007).
[12] (a) P. Mahata, G. Sankar, G. Madras, S. Natarajan. Chem. Commun., 5787 (2005) (b) Q. Yue, J. Yang, G.H. Li, G.D. Li, W. Xu, J.S. Chen, S.N. Wang. Inorg. Chem., 44, 5241 (2005).
[13] (a) G.M. Sheldrick. SHELXTL-97, Program for Crystal Structure Refinement, University of Göttingen, Germany (1997); (b) G.M. Sheldrick. SHELXS-97, Program for Crystal Structure Solution, University of Göttingen, Germany (1997); (c) G.M. Sheldrick. Acta Crystallogr., Sect. A, 46, 467 (1990).
[14] X.L. Wang, C. Qin, E.B. Wang, Y.G. Li, N. Hao, C.W. Hu, L. Xu. Inorg. Chem., 43, 1850 (2004).
[15] Q. Shi, R. Cao, D.F. Sun, M.C. Hong, Y.C. Liang. Polyhedron, 20, 3287 (2001).
[16] Z.B. Han, X.N. Cheng, X.M. Chen. Cryst. Growth Des., 5, 695 (2005).
[17] (a) Z.H. Zhang, T.A. Okamura, Y. Hasegawa, H. Kawaguchi, L.Y. Kong, W.Y. Sun, N. Ueyama. Inorg. Chem., 44, 6219 (2005); (b) Q.H. Xu, L.S. Li, X.S. Liu, R.R. Xu. Chem. Mater., 14, 549 (2002).
[18] (a) P.P. Bartelemy, G.R. Choppin. Inorg. Chem., 28, 3354 (1989); (b) G.R. Choppin, D.R. Peterman. Coord. Chem. Rev., 174, 283 (1998).


[^0]:    *Corresponding author. Email: ceshzb@1nu.edu.cn

